Non-Equilibrium and Extreme State Plasma  
-Experimental study of heat loads and damage to materials under steady/pulsed dual plasma-  
非平衡極限  
定常・パルスプラズマ照射実験—

Daisuke Sato*, Noriyasu Ohno*, Shin Kajita**, Yusuke Kikuchi*** and Ikko Sakuma***  
佐藤大介, 大野哲靖, 梶田信, 菊池祐介, 佐久間一行

*Graduate school of Engineering, Nagoya University, Furo-sho, Chikusa-ku, Nagoya, Aichi 464-8603, Japan  
名古屋大学工学研究科，〒464-8603 名古屋市千種区不老町

**EcoTopia Science Institute, Nagoya University, Fro-cho, Chikusa-ku, Nagoya, Aichi 464-8603, Japan  
名古屋大学エコトピア科学研究所，〒464-8603 名古屋市千種区不老町

***Graduate School of Engineering, University of Hyogo, Shoshia, Himeji-shi, Hyogo 671-2197, Japan  
兵庫県立大学，〒671-2280 兵庫県姫路市上書2167

Synergistic effects of steady and pulsed plasma irradiations to materials have been investigated in the NAGDIS-PG (NAGoya DIvertor Simulator with Plasma Gun). The time evolution of the surface temperature of tungsten (W) plate in response to the plasma heat pulse was measured with a photo detector detecting the infrared radiation. The maximum temperature in response to the pulse on the W plate with a fuzz surface induced by helium plasma irradiation was higher than that of the pristine W plate. This result suggested that formation of a fuzz structure enhances the energy absorption of plasma heat pulse.

1. Introduction

Damages on plasma facing components (PFCs) due to Edge localized modes (ELMs) are a critical issue in fusion devices such as ITER. Huge localized heat loads due to ELMs will determine the life time of divertor tiles in ITER [1, 2].

Tungsten (W) will be used as a divertor tile in ITER, because it has good thermal properties. To investigate the influence of the transient heat loads on W PFCs, a laser [3], an electron beam [4], and a plasma gun [5] have been utilized. The transient localized huge heat loads cause material erosion, cracking, melting, and vaporization [6-10]. Furthermore, it is known that a steady state helium (He) plasma bombardment to W leads to a strong modification of the surface morphology, such as fiberform nanostructure [11].

In this experiment, we have developed a new temperature measurement system using the radiation from the W sample with a high time resolution (a few microseconds) to reveal how the transient plasma heat load deposits to the nanostructured tungsten in time.

2. Experimental Setup

Synergistic effects of steady-state and pulsed plasma irradiations to a material have been investigated in the device NAGDIS-PG (NAGoya DIvertor Simulator with Plasma Gun) [12], which can produce pulsed plasma in addition to steady-state plasma. Figure 1 shows a schematic view of the experimental setup. Nanostructured W was prepared by high density He plasma exposure in NAGDIS-I. The sample size was 65 × 50 × 0.1 mm$^3$. The incident ion energy was controlled by biasing the sample negatively, and its energy was approximately 100 eV. The temperature of the sample was ~1100 K and the He ion fluence to the sample was 6.8 × 10$^{15}$ m$^{-2}$.

The density of the pulsed plasma generated by the plasma gun is in the range 1-10 × 10$^{21}$ m$^{-3}$ and the ion temperature is ~10-30 eV [13]. The pulse duration is about 0.25 ms. He gas was used for the discharge gas in this experiment.

The infrared radiation from the backside of a W sample was used for the temperature measurement. The angle of plasma stream incident to the W surface was 45°. An indium gallium arsenide (InGaAs) photo detector, which has sensitivity in the wavelength range from 800 to 1700 nm, was used to detect the infrared light from the W sample. The minimum measurable temperature is about ~800 K, because the detected signal amplitude of the photo detector at 800 K becomes background noise level. Response time of the photo detector is ~7 μs, which is sufficiently shorter than the pulsed plasma duration of 0.25 ms.
3. Results and Discussion

The temporal evolutions of the output voltage of the photo detector and the backside temperature were shown in figure 2. The discharge voltage of the plasma gun was 5.0 kV, the ion temperature was ~25 eV, and the electron density was ~3×10^{21} m^{-3}. The base temperature of the W sample before the pulsed plasma irradiation was the room temperature and the maximum temperature became ~925 K in response to the pulsed plasma irradiation. The heat load due to the pulsed plasma irradiation was estimated to be ~0.15 MJm^{-2} from the temperature rise of the W sample by analyzing the equation of heat conduction.

K, which could be attributed to the erosion of the W fuzz by the pulsed plasma heat load. However, the temperature did not return to the same level of the pristine sample since the He induced defects probably still remained in the deeper region. When W fuzz structure was formed again, the maximum temperature was also increased again.

It is thought that the energy deposition of the W sample was enhanced by forming the W fuzz formation. The energy deposition of the fuzz W becomes about 1.3 times larger than that of the pristine W.

![Figure 1. Schematic of the experimental device, NAGDIS-PG.](image)

![Figure 2. a) Temporal evolution of the output voltage of the photo detector and b) temperature of W sample.](image)

Figure 3 shows the change of the maximum temperature due to the formation of W nanostructures. On the pristine sample corresponding to first 6 shots of the pulsed plasma, the maximum temperature was ~950 K. After the first 6 shots, the W sample was irradiated by a steady-state He plasma to form the W fuzz structure. It is clearly found that the formation of W fuzz leads to larger temperature to reach ~1250 K. After that, the temperature decreased gradually to ~1000 K.

![Figure 3. Variation of the maximum temperature by the successive pulsed plasma irradiation](image)

Acknowledgments

This work is supported by NIFS/NINS under the project of Formation of International Network for Scientific Collaborations. This work was also supported by JSPS KAKENHI Grant Numbers 25289337, 25610170.

References